Quantum corrections to conductivity and quantum Hall effect in GaAs-GaAlAs multiple quantum well structures

Kulbachinskii, V.A.; de Visser, A.; Kadushkin, V.I.; Kytn, V.G.; Shangina, E.L.

Published in:
Physica B-Condensed Matter

DOI:
10.1016/0921-4526(94)90928-8

Citation for published version (APA):

General rights
It is not permitted to download or to forward/distribute the text or part of it without the consent of the author(s) and/or copyright holder(s), other than for strictly personal, individual use, unless the work is under an open content license (like Creative Commons).

Disclaimer/Complaints regulations
If you believe that digital publication of certain material infringes any of your rights or (privacy) interests, please let the Library know, stating your reasons. In case of a legitimate complaint, the Library will make the material inaccessible and/or remove it from the website. Please Ask the Library: https://uba.uva.nl/en/contact, or a letter to: Library of the University of Amsterdam, Secretariat, Singel 425, 1012 WP Amsterdam, The Netherlands. You will be contacted as soon as possible.
QUANTUM CORRECTIONS TO CONDUCTIVITY AND QUANTUM HALL EFFECT IN GaAs-GaAlAs MULTIPLE QUANTUM WELL STRUCTURES

V.A. Kulbachinskii, A. de Visser, V.I. Kadushkin, V.G. Kytin and E.L. Shangina

Department of Low Temperature Physics, Moscow State University, 119899, Moscow, Russia.
Van der Waals-Zeeman Laboratory, University of Amsterdam, 1018 XE Amsterdam, The Netherlands.

We report on an investigation of the galvanomagnetic properties of GaAs-GaAlAs superlattices. The results can be explained in terms of interface roughness scattering of electrons in quantum wells.

GaAs-Ga_{1-x}Al_{x}As superlattices and multiple quantum well (MQW) structures attract much attention because of their high sensitivity in the infrared spectral range 8-14 μm. The interesting physical properties of these semiconducting artificial superlattices are primarily determined by electron scattering processes. In order to investigate the relevant scattering mechanisms we have studied the galvanomagnetic properties by means of conductivity (σ) and magnetoresistivity (ρ_{xx}) (B < 6 T) measurements in the temperature range 4.2 K < T < 100 K. Furthermore, the quantum Hall effect was investigated in very high magnetic fields up to 38 T at T = 4.2 K.

Samples with multiple quantum wells were grown by molecular beam epitaxy. Fifty periodic layers of GaAs (width L_{w} = 33-66 Å) and Ga_{1-x}Al_{x}As (x = 0.03, width 254 Å) were prepared. The quantum wells were doped with Si up to a concentration of 2x10^{11} cm^{-2}. The structure was separated from a GaAs(Cr) substrate by an n-GaAs buffer (width 1 μm). All structures were covered by a contact layer of n-GaAs (width 200 Å). Double Hall bridges (channel width 150 μm) were prepared for measurements in a magnetic field.

Samples with different well widths (L_{w}) were investigated. In Table 1 we have listed some typical parameters of the investigated samples (labeled N1, N2 and N3). Note that the electron concentration (n) is given per quantum well. The conductivity of all samples decreases with decreasing temperature. For T < 20 K σ(T) ∝ lnT. The electron mobility (μ) increases when L_{w} increases. The transverse magnetoresistance (ρ_{xx}) is negative at low temperatures (B < 6 T). It has the following characteristics: i) ρ_{xx} ∝ B^{2} up to ~ 1 T, ii) the field range of the B^{2} dependence is reduced by decreasing the temperature, and iii) for B ≥ 2 T ρ_{xx} ∝ lnB. For all samples the Hall effect measurements showed that the electron concentration is independent of temperature. This implies that σ(T) is dominated by μ(T). In spite of the low mobilities of our samples we observed the QHE, albeit in very high magnetic

Table 1. Well width (L_{w}), Fermi energy (E_{F}), electron concentration per well (n), coefficient of diffusion (D), mobility (μ), semwidth of the fotoluminiscence peak (δE) and fluctuation energy of the groundstate in the quantum well (δE_{0}) for samples N1, N2 and N3 at T = 4.2 K.

<table>
<thead>
<tr>
<th>N</th>
<th>L_{w} (Å)</th>
<th>E_{F} (meV)</th>
<th>n (10^{11}cm^{-2})</th>
<th>μ (cm^{2}/Vs)</th>
<th>D (cm^{2}/s)</th>
<th>δE (meV)</th>
<th>δE_{0} (meV)</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>33</td>
<td>23</td>
<td>6.5</td>
<td>260</td>
<td>7.2</td>
<td>21</td>
<td>30</td>
</tr>
<tr>
<td>2</td>
<td>44</td>
<td>15</td>
<td>4.3</td>
<td>480</td>
<td>8.8</td>
<td>13</td>
<td>16</td>
</tr>
<tr>
<td>3</td>
<td>66</td>
<td>92</td>
<td>25.7</td>
<td>860</td>
<td>47</td>
<td>15</td>
<td>7</td>
</tr>
</tbody>
</table>

0921-4526/94/$07.00 © 1994 - Elsevier Science B.V. All rights reserved
SSDI 0921-4526(93)E1179-P
fields. Pulsed magnetic fields up to 38 T were produced in the High Magnetic Field Facility of the University of Amsterdam. In fig.1 we show $\rho_{xx}(B)$ and $\rho_{xy}(B)$ at $T = 4.2$ K for two samples. From this figure it can be concluded that approximately all the parallel connected quantum wells exhibit almost the same electron density in the populated ground subband, which results in one observable period of Shubnikov-de Haas (SdH) oscillations. The electron concentration evaluated from the SdH signal is almost the same as the one calculated from the Hall effect.

In fig.2 we show the dependence of $\mu$ on $L_w$ in a double logarithmic plot. Our results are in good agreement with the results obtained in Ref. [1]. In Ref. [2] it was proposed that in thin quantum wells ($L_w < 60$ Å) interface roughness scattering is the dominant scattering mechanism. In that case $\mu = (L_w^6/A^2C^3)g$, where $A$ is the lateral width and $C$ the height of the roughness and $g = g(A,n,T)$. Using $A$ and $C$ as fitting parameters we obtained with this relation a good agreement between the theoretical curves and the experimental data points (see fig.2).

The observed $\sigma(T)$ and the negative $\rho_{xy}$ allows us to calculate some electron parameters of the samples, e.g. the relaxation time of the electron wave function phase $\tau_r$. The decrease of $\sigma(T)$ with increasing $T$ and the observed magnetoresistance may be fully described by the theory of quantum corrections to the conductivity in the 2D-case [3,4], which is valid for $k_BT < < E_F$. Calculated values for the diffusion coefficient $D$ are shown in Table 1. Using $\tau_r$ as a parameter we fit the theoretical curve to the experimental negative magnetoresistance. From this fit we were able to evaluate $\tau_r$ as function of temperature. A more complete account of this work will be published elsewhere [5].

REFERENCES

[5] V.A. Kulbachinskii et al., to be published.